OBJECTIVE:
To review the available scientific literature on the restorative treatment of non-carious cervical lesions; in particular, the restorative materials that present optimal performance in this type of clinical situation.

METHODS:
A literature review was performed using Pubmed search engine with the aim of determining the ideal restorative material for restorations of non-carious cervical lesions.

RESULTS:
Beautifil II (Shofu INC.) restorative material showed satisfactory results in terms of fracture resistance, flexural strength and excellent aesthetics, in addition to components that act as anti-cariogenic, anti-plaque and oral pH balance. The Clearfil SE Bond adhesive (Kuraray NORITAKE) showed in clinical research the highest bond strength rate compared to other adhesive systems available in the dental market.

CONCLUSION:
Non-carious cervical lesions are multifactorial lesions that require the professional knowledge to conduct the treatment effectively. The Shofu Beautifil II showed the best results in fracture resistance, flexural strength and excellent aesthetics, it has anticariogenic potential, anti-plaque bacteria and contributes to the oral pH balance. The Clearfil SE Bond adhesive showed the highest retention rate among its competitors.

Keywords: Restorative materials. non-carious cervical lesions. class V.

INTRODUCTION
Non-carious cervical lesions (NCCL) are commonly found in dental practice. They present as characteristic wear in the cervical area of the tooth, region in which the enamel presents less thickness and therefore becomes susceptible to chemical, physical and mechanical agents. If there is no clinical intervention, this loss of hard tissue may progress to dentin exposure and loss of the cementoenamel junction1,2.

Its etiology is not related to caries disease; the cause is multifactorial and may affect all age groups, with higher incidence in older people3. All teeth can be affected by this lesion, but its prevalence is in upper bicuspid teeth4. This pathological wear can compromise pulp vitality, function, aesthetics, as well as cause uncontrolled sensitivity, facilitate the development of caries and hinder the use of removable partial dentures5.

The NCCLs result from abrasion, erosion and abfraction, and present themselves as small depressions or in the form of grooves but may reach more severe depths in the form of wedges6. Abrasive damage
is caused by friction, such as traumatic brushing and/or toothbrushes, erosion damage is caused by acids of non-bacterial origin, either intrinsic or extrinsic. Abfraction is related to increased occlusal load, developing excessive tension between enamel and dentin from malocclusion, missing teeth, para-functional habits such as bruxism, and concentration of forces in orthodontic treatments.7-9

The variation in the characteristics and incidences of NCCLs among people is common. This is due to the diversity of causes and the simultaneous association of etiological factors to dental wear. The control and/or elimination should be the first step of the therapeutic protocol. In specific cases, restoration of the site affected by the lesion is necessary.10 Dursun et al.11 reported in their research that gingival recession and root exposure may be associated with NCCLs and in these cases periodontal treatment is necessary.

Restorative treatment is challenging when taking into account lesion anatomy, adhesion to sclerotic dentin, load concentration that the cervical region is subjected to, and marginal adaptation.12 The operative field should be isolated to contain moisture and not have soft tissue interference.13

Typically, the materials used to NCCLs restorations are resin composites (RC) and glass ionomer cements (GIC). Importantly, restoration longevity is multifactorial and depends on the effectiveness of bonding agents, acid etching, and light-curing methods. Possible failures in these steps can lead to the development of new diseases, such as caries.14

Conventional glass ionomer cements (GICs), in the category of bioactive restorative materials, have the highest concentration of fluoride release/recharge to the oral environment. Their modulus of elasticity is low, they have ionic adhesion to substrates and biocompatibility. Among their limitations are poor esthetics, high solubility, low attachment rate, low wear resistance, and low flexural strength.15

Resin-modified glass ionomer cements (RGIcs) have resin monomers and photosensitive components in their composition. Besides the advantageous properties of GICs, there were improvements in wear resistance and postoperative sensitivity rate compared to conventional GIC. However, they present mechanical failures when used in areas of load concentration.11,16

Regular resin composites are preferred choices by clinicians. They have satisfactory esthetic results, marginal integrity, good wear resistance, a variety of color shades, and low long-term failure rates. Their disadvantage is polymerization shrinkage.17,18

Fluid or flow resins composite (FRC) have low viscosity, low modulus of elasticity compared to regular resin composites, good wear resistance and good esthetics. Their limitations are their mechanical properties.19

Giomers bioactive resin composites, besides presenting the physical and mechanical properties of regular RC, have the potential to release/recharge fluoride to the oral environment as the GICs, able to induce remineralization and inhibit the formation of caries and have "chameleon" effect incorporating the color tone of the dental element.17,20

The aim of this study was to review the available scientific literature on the restorative treatment of non-curious cervical lesions; in particular, the restorative materials that present optimal performance in this type of clinical situation.

LITERATURE REVIEW

For many years researchers have studied the etiology, treatments and prevalence in different populations for NCCL.21 Knowledge of the clinical features and causative agents, together with the patient’s anamnesis, is of great relevance to reach the correct diagnosis of an existing lesion. Intervention in the initial phase avoids the destruction of healthy structures and eliminates the chance of new diseases.1

In most cases, patients seek dental help when they present hypersensitivity or aesthetic defects.22 In some cases the sensitivity is moderate because of the accumulation of biofilm, calculus, or gums over the lesion. The removal of this coverage exposes the lesion and leaves it sensitive and vulnerable to the action of biological, mechanical and chemical factors that are associated with the systemic behavior of each individual.19,23

The presence of pain helps the identification of the problem, in the location of the lesion, and in the therapeutic decision. During the anamnesis and intra-oral examination, it is possible to identify behavioral and eating habits that may hypothesize the development of the lesion. The causes may be erosive wear, abrasive wear and/or abfraction lesion.7,22

Erosion is defined as a loss of dental hard tissue caused by an acid substance with no bacterial involvement, with extrinsic origins related to the consumption of acidic and citric beverages and foods, or intrinsic from gastric acids generated by eating disorders.24,25

Abrasion results from frequent contact and excessive forces on teeth with objects or substances, without interference from occlusal force, such as: traumatic brushing, brush bristle hardness, brushing time and frequency, and abrasive dental products. Clinically, they can be observed as grooves in the tooth structure.23,26

Abfraction is wear caused by traumatic occlusal force; this stress is more concentrated in the cervical third
of the tooth, causing enamel microfractures and prism rupture. The causes of this destruction are parafunctional habits, temporomandibular joint disorders, poor distribution of occlusal force and enamel fragility over the years, justifying the incidence in older people.10,27

Available restorative materials for restorations of non-carious cervical lesions:

**Glass ionomer cement (GIC)**

Formed by glassy powder and polycarboxylic acid liquid, conventional GICs are fluoridated restorative materials, popularly used in pediatric dentistry and preventive treatments such as sealing of pits and fissures. Their potential to release/recharge fluoride to the oral environment favors tooth remineralization and hinders the development of caries. The concentration released by fluoride is greatest in the first 48 hours, after which the release is lower, continuous, and prolonged.28

They present ionic adhesiveness to calcified substrates and biocompatibility. In restorations that require mechanical and aesthetic properties, GICs do not present satisfactory results due to poor color stability, handling difficulties related to their viscosity, solubility, and retention failures.19,29

**Resin-modified glass ionomer cement (RGIC)**

Developed in 1970 by Wilson and Kent, the conventional glass ionomer cement underwent modifications to improve its physical and mechanical properties. Thus, resin modified glass ionomer cements (RGIC) were developed, containing resin monomers and photosensitive components. They show better solubility, wear resistance and reduced setting time compared to conventional GIC. However, their color stability is poor and they do not have good wear resistance.20,28

**Regular resin composite**

Regular resin composites (RC) are often used in restorative treatments of NCCLs, as they have excellent esthetic results and good resistance to wear. However, components present in the resins exhibit polymerization shrinkage, and this generates stress at the adhesive tooth-restoration interface. To minimize the effects of this contraction, insertion of the resin composite into the cavity should be incremental.17

The high modulus of elasticity present in RC decreases the flexibility of the restoration during occlusal loading, to which teeth are subjected during function. The failure of NCCL restorations of this hybrid material may be associated with its hardness.31

**Flow resin composite**

Flow resins composite are syringe-shaped, designed to be injected directly into the area of interest, facilitating the insertion procedure. Their low viscosity allows the material to flow throughout the cavity, ensuring good marginal adaptation.32

Their properties allow minimally invasive restorations, sealing of pits and fissures, lining of cavities, and have a low rate of adhesive failure in regions of stress concentration, such as in restorations of non-carious cervical lesions. However, they have poor mechanical properties.33

Fluid composites differ from regular composites in that they have low viscosity. Some materials achieve this fluidity by reducing the content of filler particles in their composition, while others rely on the increase of diluent monomers in their matrix, which explains the variations in flow of materials sold in the dental market.34,35

The modulus of elasticity of flowable resin composites can be up to 30% lower when compared to regular RC, ensuring that this restorative material has good flexibility, thus mitigating the effects of polymerization shrinkage stress at the tooth-restoration interface and the effects of occlusal forces.32,26

**Bioactive resin composite (GIOMER)**

These are restorative materials that present the combination of the properties of RC and GIC, developed by the company Shofu INC. (Kyoto, Japan) in the early 2000’s. Giomer is classified as an intelligent material, capable of releasing and recharging fluoride present in the oral environment. This phenomenon occurs by chemical reactions, and its composition counts on S-PRG (Surface Pre-Reacted Glass Ionomer) particles that absorb the fluoride present in toothpastes and mouthwashes and release it to the oral environment when the fluoride ion levels are low. In case of interaction with oral fluids during the handling of the restorative material, the surface of the S-PRG particle protects the glass core from the negative effects that moisture can have on the restorative material.37

The S-PRG technology, in addition to releasing fluoride ions, provides sodium, silicate, aluminum, borate and strontium ions to the environment. These ions have the biological functions of inhibiting plaque formation, preventing Streptococcus mutans from adhering to the enamel surface and helping to maintain a balanced oral pH. Strontium and fluoride bind to hydroxyapatite crystals, favoring the formation of apatite and fluorapatite.38

Restorative materials containing Giomer technology are easy-to-handle materials; their optical properties resemble natural teeth, having the "chameleon" effect of...
incorporating the color of the surrounding substrate, but if necessary, specific shades can be added to mimic the dental element.

**DISCUSSION**

It is estimated that about 25% of the population has non-curious cervical lesions. The cervical area of the tooth is the most vulnerable to wear because the enamel is less thick and has less protein and mineral content, and the dentin is less resistant.

Factors such as abrasion, erosion and abrasion cause these cervical lesions, and their evolution is slow and irreversible. It causes the disappearance of the cemento-enamel junction, and may cause dentin exposure to the oral environment, hypersensitivity, and in more advanced lesions, pulp necrosis. Dentin exposure alters the dentin surface, making it sclerotic; this fact occurs by obliteration of the dentinal tubules, which promote sealing to protect the pulp canal.

The NCCL affect people of all ages, with prevalence in older people because their teeth have been exposed for longer to chemical and physical factors, behavioral habits and diet. Their incidence is in upper bicuspids teeth and the buccal surface. The lesions in the initial phase may present as white spots, shallow disc-shaped surface, but may evolve to deep cavities, usually wedge-shaped.

Erosion wear is caused by gastric acids, caused by eating disorders such as bulimia, anorexia, regurgitation and reflexes, and by acids present in foods and beverages such as soft drinks, juices, citrus fruits and dried fruits, tomato sauce, wines, isotonic drinks, teas, vinegars and vitamin C drinks. Bartlett et al. in clinical studies with over 3,000 adults in 7 European countries, correlated the developments of NCCLs to beverages with a high concentration of carbohydrates present that stimulate acid production.

**Abrasion** is generated by frequent contact or applied force of the teeth to objects or substances. In 66% of the cases it is due to the frequency and excessive force in tooth brushing, hardness of the toothbrush filaments and abrasive toothpastes present in toothpastes and hard foods. The energy generated is concentrated in the cervical region of the teeth, causing groove-like lesions.

Abfraction comes from traumatic occlusal compressive, shear and traction forces. It causes microfractures in the cervical third of the enamel, dentin elasticity and reduction of the HUNTER-SCHREGER band thickness. With the vulnerability of the cervical region, acidic and abrasive agents become adjuvants for lesion progression. Grippo et al. described that wear may be caused by masticatory cycles, deleterious habits such as bruxism, poor distribution of occlusal forces, tooth anatomy and presence and size of restorations. This lesion has a wedge shape and defined limits.

It is difficult to point a single etiological factor that causes the NCCL, because it is multifactorial and has co-factors that can aid in degradation, such as saliva pH and integrity of hard and soft tissues around the tooth. Investigators believe that the association of etiologic factors are the cause of the development of the lesion.

NCCLs may present different signs and symptoms among people; however, treatments follow the particularity of each individual. In some cases, restorative treatment is indicated, and when there is root exposure periodontal treatment is essential.

The target of many studies by researchers around the world, glass ionomer cements and resin composites have undergone improvements in their properties. Although conventional GICs and RGIcs have been applied in NCCL restorations, their limitations are mechanical strength, color stability, and retention.

In a three-year randomized clinical study, Celik et al. compared lesions restored with CIVRM and RC. The results showed that restorations with CIVRM had inferior clinical performance to those performed with RC, the main problems were loss of retention and reduced surface gloss.

Resin composites are the restorative materials of preference by clinicians, especially in restorations of anterior teeth and class V lesions, because they show excellent results in mechanical and optical resistance, fluorescence, and chemical resistance to natural teeth. Ferracane describes clinical studies from 10 to 20 years with satisfactory results in resin composites restorations, with failure rates of 2% per year.

Shaalan et al. reports that restorations in NCCL performed with flowable and conventional composites had good results, showing no significant differences, but in posterior teeth the flowable RC showed mechanical failure.

In the early 2000s, Giomers are inserted in the dental market by the company Shofu INC. (Kyoto,Japan). This RC classified as an intelligent material, has in its composition the association CIV, presenting mechanical properties, biocompatibility, fluoride release/recharge and color shades. Moreover, it has particles with S-PRG technology, which provides the oral environment with ions of sodium, silicate, aluminum, borate and strontium, with biological functions to inhibit plaque formation and help balance oral pH.

Rusnac et al. describe in their studies that Giomers have the advantages of mechanical strength and aesthetic finishes of RCs and...
anticariogenic properties of GICs. Gordan et al. 38 report longevity studies with Giomer demonstrating excellent strength, aesthetic and retention results. According to Pecie et al. 45 Giomers show significantly better surface finish and aesthetic quality when compared to conventional GICs and GICMRs.

Garoushi et al. 46 subjected the fluoride restorative materials, Dyract, CompGlass, BEAUTIFIL II, ACTIVARestora and GC Fuji II LC to wear testing with 15,000 mastication cycles using a dual-axis simulator. The Beautifil II material (Shofu INC.) exhibited high fracture toughness values and showed the best flexural strength result of 145 MPa under dry and wet conditions. According to the author, the mechanical and physical property of Giomer, is due to the S-PRG technology.

Similarly, Burtea et al. 47 performed laboratory tests to evaluate flexural strength of Giomer Beautifil II (Shofu INC.) and the recorded value was 115.7 MPa, surpassing values of the ISO 4049/2000 standard that establishes 80 MPa.

Gordan et al. 48 conducted clinical studies evaluating the behavior of restorations made with Giomer resin composites combined with a self-conditioning primer. The patients ranged in age from 21 to 62 years old. After 13 years of follow-up, they concluded that Giomers are excellent restorative materials in NCCL treatments, mainly because it is an area of difficult retention, marginal adaptation and stress concentration.  

One of the main failures of restorations is microleakage at the restoration-tooth interface, causing postoperative sensitivity, detachment, and development of secondary caries. Treatment success depends on the effectiveness of the adhesive system used to bond the resin-substrate interface 14. The 37% phosphoric acid is an adjuvant for this adhesion, according to Kwansirikul et al. 49 in sclerotic dentin, acid etching should follow the standard protocol, increasing the time of the acid action to sclerotic dentin does not change the effectiveness of this procedure.

Van Meerbeek et al. 48 performed clinical performance evaluations of 13 bonding agents on NCCLs with a 13-year follow-up. Only five adhesives showed a retention rate greater than 50%. The 3-step adhesive Clearfil Liner Bond (Kuraray) with 74% retention; the glass ionomer modified resin Vitremer (3M ESPE) with 64%; 3-step Syntac Classic (Ivoclar-Vivadent) with 64%; 3-step Optibond Dual Cure (Kerr) with 59% and the 2-step adhesive ART Bond (Coltène, Altstätten, Switzerland) with 59%.

In a follow-up also of 13 years, Peumans et al. 50 subjected two adhesive systems considered the gold standard to retention tests. The adhesive Clearfil SE Bond (Kuraray) showed a 96% rate and the Optibond FL (Kerr,Orange, CA, USA) the rescoring rate was 94%.

It is believed that as important as the choice of restorative material and bonding system, are the care and methods in the light-curing process. 33, 34.

Research conducted by Leprince et al. 50 reported that factors may interfere in the light-curing stage such as physical-chemical properties of the restorative material, its viscosity, the thickness inserted in the preparation, color shades (darker shades require a longer time to set), the depth of the cavity, light intensity, time, temperature, positioning and distance between the tip of the light-curing device and the resin composite. According to Ferracane the main failures caused by the stress of polymerization contraction are marginal infiltrations and displacement of the restoration, and this stress can be transferred to the tooth structure and cause cracks and enamel fractures. Van Dijken 51 complements this and describes that these failures can cause marginal staining, development of secondary caries, and postoperative hypersensitivity.

The risks of polymerization shrinkage can be reduced with incremental RC techniques to the cavity preparation. This increment alternated with the polymerization light reduces the speed of volumetric shrinkage. 17.

In addition to the direct technique of incrementing restorative materials in NCCL, the semi-direct technique can be performed. Published in 2019, Caneppele et al. 52 performed a two-year randomized clinical evaluation of resin composite with direct and semi-direct technique in NCCL restorations. The results showed greater failures in the semi-direct technique, for the authors this technique was not shown to be advantageous, for presenting greater clinical preparation time compared to the direct technique and for the difficulty of working with a small fragment of extra oral restoration, requiring the professional skill and knowledge.

In summary, the NCCL should receive specific attention and care, restorative materials return the lost structure, aesthetics and occlusal function of the affected elements. 53. As we know, each step performed correctly results in the success and longevity of treatment, such as isolation of the operative field, choice of adhesive systems, acid etching, techniques for incrementing RC into the cavity, and light-curing method. 14.

Some researchers advocate the idea of performing a grinding treatment on the sclerotic surface in order to improve the retention rate of the restoration. 46. Based on this concept, Correa et al. 54 after results of a systemic meta-analysis review, described that the characteristics of NCCLs do not interfere with the success of the restoration. Soares
Grippo performed 3D finite element analysis of stress concentration in NCCLs of different morphologies with RC restorations. In summary, the authors describe that these internal roundings cause an increase in lesion size and cause pulp irritation. However, this intentional wear disrupts the philosophy of minimally invasive dentistry.

CONCLUSION

With the limitations of this study, we can conclude that:

1. NCCLs are multifactorial lesions that require the professional knowledge to conduct the treatment effectively.
2. The G iever, Beautifil II (Shofu INC.) showed the best results in fracture resistance, flexural strength and excellent aesthetics, it has anticariogenic potential, anti-plaque bacteria and contributes to the oral pH balance.
3. The bonding agents are essential for the retention of the restoration and its longevity, the Clearfil SE Bond adhesive system (Kuraray) showed the highest retention rate among its competitors.
4. It is essential that the clinician knows the light-curing methods, the risks inherent to failure and insertion techniques to reduce polymerization shrinkage.

CONFLICT OF INTEREST

The authors certify that this research is free of conflicts of interest.

REFERENCES

1. Levitch LC, Bader JD, Shugars DA, Heymann HO. Non-carious cervical lesions. J Dent 1994;22(4):195-207.
2. Kolak V, Pešić D, Melih I, Lalović M, Nikitović A, Jakovljević A. Epidemiological investigation of non-carious cervical lesions and possible etiological factors 2018;10(7).
3. Takehara J, Takano T, Akhter R, Morita M. Correlations of noncarious cervical lesions and occlusal factors determined by using pressure-detecting sheet. J Dent 2008;36(10):774-779.
4. Peumans M, Politano G, Van Meerbeek B. Treatment of noncarious cervical lesions: when, why, and how. Int J Esthet Dent 2020;15(1):16-42.
5. Rusu Olaru A, Popescu MR, Dragomir LP, Popescu DM, Arsenie CC, Rauten AM. Identifying the Etiological Factors Involved in the Occurrence of Non-Carious Lesions. Curr Heal Sci J 2019;45(2):227-234.
6. Bartlett DW, Lussi A, West NX, Bouchard P, Sanz M, Bourgeois D. Prevalence of tooth wear on buccal and lingual surfaces and possible risk factors in young European adults. J Dent 2013;41(11):1007-1013.
7. Bartlett DW, Shah P. Prevalence of Cervical Wear. Published online 2005:306-312.
8. Rusu Olaru A, Popescu MR, Dragomir LP, Rauten AM. Clinical Study on Abrasion Lesions in Occlusal Dysfunction. Curr Heal Sci J 2019;45(4):390-397.
9. Grippo JO, Simring M, Schreiner S. Attrition, abrasion, corrosion and abfraction revisited: A new perspective on tooth surface lesions. J Am Dent Assoc 2004;135(8):1109-1118.
10. Haralur SB, Alqahtani AS, AlMazni MS, Alqahtani MK. Association of non carious cervical lesions with oral hygiene habits and dynamic occlusal parameters. Diagnostics 2019;9(2).
11. Dursun E, Güncü GN, Dursun CK, Kiremitçi A, Karabulut E, Akalin FA. Nanofilled and conventional resin-modified glass ionomer fillings combined with connective tissue grafts for treatment of gingival recessions with non-carious cervical lesions. J Oral Sci 2018;60(3):344-351.
12. Haddad B, Landmayer K, Pardo F, Nahsan S, Carlos J. Journal of the Mechanical Behavior of Biomedical Materials Composite vs. ionomer vs. mixed restoration of wedge-shaped dental cervical lesions: Marginal quality relative to eccentric occlusal loading. J Mech Behav Biomed Mater 2019;91(December 2018):309-314.
13. Zucchelli G, Gori G, Mele M, et al. Non-Carious Cervical Lesions Associated With Gingival Recessions: A Decision-Making Process. J Periodontol 2011;(December):1713-1724.
14. Dijken JWV Van, Pallesen U. A 7-year randomized prospective study of a one-step self-etching adhesive in non-carious cervical lesions. The effect of curing modes and restorative material. J Dent 2012;40(12):1060-1067.
15. Ching HS, Luddin N, Kannan TP, Ab Rahman I, Abdul Ghani NRN. Modification of glass ionomer cements on their physical-mechanical and antimicrobial properties. J Esthet Restor Dent 2018;30(6):557-571.
16. Nicholson JW, Sidhu SK. Enhancing the Mechanical Properties of Glass-Ionomer Dental Cements: A Review. Materials 2020:1-14.
17. Ferracane JL Buonocore memorial lecture: Placing dental composites - A stressful experience. Oper Dent 2008;33(3):247-257.
18. Borgia E, Baron R, Borgia JL. Quality and Survival of Direct Light-Activated Composite Resin Restorations in Posterior Teeth: A 5- to 20-Year Retrospective Longitudinal Study. J Prosthodont 2019;28(1):e195-e203.
19. Perez CDR, Gonzalez MR, Prado NAS, De Miranda MSF, MacEdo MDA, Fernandes BMP. Restoration of noncarious cervical lesions: When, why, and how. Int J Dent 2012;2012.
20. Francois P, Fouquet V, Attal JP, Dursun E. Commercially available fluoride-releasing restorative
restorations of noncarious cervical lesions. Oper Dent 2014;39(6):578-587.
30. Wilson AD, Kent BE. The Glass-Ionomer Cement, a New Translucent Dental Filling Material. 1971;21:1971.
31. Celik EU, Tunac AT, Yilmaz F. Three-year clinical evaluation of high-viscosity glass ionomer restorations in non-carious cervical lesions: a randomised controlled split-mouth clinical trial. Clin Oral Investig 2019;23(3):1473-1480.
32. Szasz A, Parreira S, Martini E, Reis A, Loguercio A. Effect of flowable composites on the clinical performance of non-carious cervical lesions: A systematic review and meta-analysis. J Dent 2017;65:11-21.
33. Hervás-García A, Martínez-Lozano MA, Cabanes-Vila J, Barjau-Escribano A, Fos-Galve P. Composite resins. A review of the materials and clinical indications. Med Oral Patol Oral Cir Bucal 2006;11(2):215-220.
34. Cieplik F, Scholz KJ, Tabenski H, et al. Flowable composites for restoration of non-carious cervical lesions: Results after five years. Dent Mater 2017;33(12):e428-e437.
35. Ferracane JL. Resin composite - State of the art. Dent Mater 2011;27(1):29-38.
36. Baroudi K, Rodrigues JC. Flowable resin composites: A systematic review and clinical considerations. J Clin Diagnostic Res 2015;9(6):ZE18-ZE24.
37. Burtea LC, Prejmerean C, Prodan D, et al. New pre-reacted glass containing dental composites (giomers) with improved fluoride release and biocompatibility. Materials (Basel) 2019;12(23).
38. Gordan VV., Blaser PK, Watson RE, et al. A clinical evaluation of a giomer restorative system containing surface prereacted glass ionomer filler: Results from a 13-year recall examination. J Am Dent Assoc 2014;145(10):1036-1043.
39. Najma Hajira NSW, Meena N. GIOMER - The Intelligent Particle (New Generation Glass Ionomer Cement). Int J Dent Oral Heal 2016;2(4).
40. Lührs AK, Jacker-Guhr S, Güney H, Herrmann P. Composite restorations placed in non-carious cervical lesions—Which cavity preparation is clinically reliable? Clin Exp Dent Res 2020;6(5):558-567.
41. Abdalla R, Mitchell R J, Ren Y F. Non-Carious Cervical Lesions Imaged by Focus Variation Microscopy. J Dent 2017.
42. Allegri MA, Landi L, Zucchelli G. Non-carious cervical lesions associated with multiple gingival recessions in the maxillary arch. A restorative-periodontal effort for esthetic success. A 12-month case report. Eur J Esthet Dent 2010;5(1):10-27.
43. Shaalan OO, Abou-Auf E, Farid El Zoghby A. Clinical evaluation of self-adhering flowable composite versus conventional flowable composite in conservative Class I cavities: Randomized controlled trial. J Conserv Dent 2018;21(5):485-490.
44. Rusnac ME, Gasparik C, Irimie AI, Grecu AG, Mărescu AŞ, Dudea D. Giomers in dentistry - at the boundary between dental composites and glass-ionomers. Med Pharm Reports 2019;92(2):1-6.
45. Pecie R, Krejci I, García-Godoy F, Bortolotto T. Noncarious cervical lesions (NCCL) - A clinical concept based on the literature review. Part 2: Restoration. Am J Dent 2011;24(3):183-192.
46. Garoushi S, Vallittu PK, Lassila L. Characterization of fluoride releasing restorative dental materials. Dent Mater J 2018;37(2):293-300.
47. Kwansirikul A, Sae-Lee D, Angwaravong O, Angwarawong T. Effect of different surface treatments of human occlusal sclerotic dentin on...
micro-tensile bond strength to resin composite core material. Eur J Oral Sci 2020;128(3):263-273.

48. Van Meerbeeck B, Peumans M, Poitevin A, et al. Relationship between bond-strength tests and clinical outcomes. Dent Mater 2010;26(2):100-121.

49. Peumans M, De Munck J, Van Landuyt K, Van Meerbeeck B. Thirteen-year randomized controlled clinical trial of a two-step self-etch adhesive in non-carious cervical lesions. Dent Mater 2015;31(3):308-314.

50. Leprince JG, Palin WM, Hadis MA, Devaux J, Leloup G. Progress in dimethacrylate-based dental composite technology and curing efficiency. Dent Mater 2013;29(2):139-156.

51. Van Dijken JWV. Durability of resin composite restorations in high C-factor cavities: A 12-year follow-up. J Dent 2010;38(6):469-474.

52. Caneppele TMF, Meirelles LCF, Rocha RS, et al. A 2-year clinical evaluation of direct and semi-direct resin composite restorations in non-carious cervical lesions: a randomized clinical study. Clin Oral Investig 2020;24(3):1321-1331.

53. Soares PV, Santos-filho PCF, Soares CJ, Faria VLG, Naves MF, Michael JA, Kaidonis JA, Ranjitkar S, Townsend GC. Non-carious cervical lesions: influence of morphology and load type on biomechanical behaviour of maxillary incisors. Australian Dental Journal 2013; 58:306-314.

54. de Oliveira Correia AM, Bresciani E, Borges AB, Pereira DM, Maia LC, Caneppele TMF. Do tooth- And cavity-related aspects of noncarious cervical lesions affect the retention of resin composite restorations in adults? A systematic review and meta-analysis. Oper Dent. 2020;45(3):E124-E140.

55. Soares P V., MacHado AC, Zeola LF, et al. Loading and composite restoration assessment of various non-carious cervical lesions